Preparation of TiO₂ Anatase Nanocrystals by TiCl₄ Hydrolysis with Additive H₂SO₄

Wenbing Li¹*, Tingying Zeng²

¹ Department of Chemistry and Biology, Jackson State University, Jackson, Mississippi, United States of America, ² The Center for Excitonics, Massachusetts Institute of Technology, Cambridge, Massachusetts, United States of America

Abstract

A new methodology was developed to synthesize uniform titania anatase nanocrystals by the hydrolysis of titanium chloride in sulfuric acid aqueous solutions at 0–90 °C. The samples were characterized by Raman spectroscopy, UV-visible spectroscopy, transmission electron microscopy (TEM), electron diffraction (ED), and an Energy dispersive X-ray spectroscopy (EDS). The effects of the reaction temperature, mole ratio of SO₄²⁻ to Ti⁴⁺, and the calcinations temperature on the particle size and crystal phase were investigated. Depending on the acidity, the hydrolysis temperature, and the calcination temperature, rhombic anatase nanocrystals sizes in the range of 10 nm to 50 nm were obtained. In the additive of sulfuric acid, Raman spectra and electron diffraction confirmed that the nanoparticles are composed of anatase TiO₂. No other titania phases, such as rutile or brookite, were detected.

Introduction

It is well known that TiO₂ occurs in nature in three distinct crystallographic phases: anatase, rutile, and brookite. While anatase TiO₂ are the most widely used photocatalysts for oxidative decomposition of organic compounds, and an excellent photocatalyst for photodecomposition and solar-energy conversion due to its high photoactivity,[1] It has the advantages of both cheapness and nontoxicity, in addition to its excellent functionality and long-term stability. The configurations of titanium oxide researched and reported have mainly been powders or films based on materials.[2–4] A notable problem connected with these traditional preparations is that the growth of TiO₂ nanocrystallites take a long time. Therefore it is highly desirable to find some new ways that are capable of overcoming the above problems to prepare crystal structure TiO₂. Many attempts have been made in this field over the past few years.[5–16] At the same time, recent photocatalytic studies have demonstrated that the photocactivity of anatase nanoparticles is strongly particle size dependent.[17,18] The applications for TiO₂ are also strongly dependent on the crystalline structure and morphology.[10,16–18] Thus, it is very important to develop synthetic methods in which the crystalline form is also important that the TiO₂ sizes and shapes be controlled.[19] Anatase nanoparticles have been synthesized primarily by solution chemistries involving titanium sulfates and organic titanium.[20–27] These methods have shortcomings since chemical impurities or minor accessory phases are always present in the final products. In the case of organic hydrolytic reactions, TiO₂ nanoparticles obtained are crystallized primarily in the anatase phase but a minor phase of brookite couldn’t be eliminated by tuning the reaction conditions.[28–42] The presence of trace amounts of brookite might have side effects on the application of anatase nanoparticles in photocatalytic reactions and many other chemical processes. Hydrolysis of TiCl₄ has extensively been reported for the synthesis of anatase nanocrystals, however, the preparation of titania anatase nanocrystals directly in sulfuric acid solution is seldom reported.

In this study, the preparation of titania anatase nanocrystals by hydrolysis of TiCl₄ with diluted sulfuric acid solution was studied. With the precisely control of reaction parameters, we could get titania anatase nanocrystals and achieve high phase purity anatase. To the best of our knowledge, such works have not yet been reported. The effects of the reaction temperature, sulfuric acid concentration, and the calcination temperature on the particle size and crystal phase were investigated.

Materials and Methods

1. Materials

All chemicals were obtained commercially and used without further purification. Titanium chloride (TiCl₄, 99.90%) and Concentrated Sulfuric acid (98%) were obtained from Fisher. Concentrated NH₄H₂O was purchased from Sigma-Aldrich. All chemicals, unless specified, were of reagent grade. Deionized (DI) water, with a resistivity greater than 18.0 MΩ cm (Millipore Milli-Q system), was used in preparing the aqueous solutions. All glassware used in the experiments was washed with freshly prepared aqua regia and rinsed thoroughly in tap water first and then DI water before using.

2. Preparation of TiO₂ anatase nanocrystals

In the procedure, TiCl₄ was used as a main starting material. The detail process is shown in Figure 1. In brief, 1ml TiCl₂ was...
slowly added to different amounts of diluted sulfuric acid (10%) solution at 0°C in an ice-water bath with vigorously stirring. During the mixing process, white fume, presumably HCl, was released as a consequence of the hydrolysis of TiCl4 with water. After about half an hour, a grey solution was formed with continuous stirring. Then when the solution was heated to above 60°C, it became clear solution. And then the solution was kept at room temperature or heated at different temperatures for one hour. Later, concentrated NH3.H2O was added drop by drop to the solution until the pH value reached about 7. During the process of adding concentrated NH3.H2O, the color of solution changed to white. At last, the white solution was cooled to room temperature and gelled 12 hours. The hydrous TiO2 powders were filtered out and washed with DI water until there was no white sediment with 0.1 M AgNO3 solution, and then dried at room temperature in a vacuum oven. In some cases, the dried TiO2 powders were calcinated at 400°C and 600°C for two hours separately, both producing an off-white powders.

3). Raman spectroscopy
Raman spectrometer was used for crystal phase identification. Raman spectroscopy is a form of vibrational spectroscopy, much like infrared (IR) spectroscopy. It exhibits high specificity and is compatible with aqueous and solid systems. No special preparation of the sample is needed, and the timescale of the experiment is short. Raman spectrum analysis was conducted using a Raman System’s R-3000 spectrometer with a solid-state diode laser operating at 532 nm. The Raman system’s incident power is 25 mW, which has a wavelength range of ~200–4000 cm⁻¹.

4). Extinction spectra
The extinction spectra were recorded on a Shimadzu UV-2101 Spectrophotometer (Shimadzu Corporation Japan) using a 1-cm path length quartz cuvette at room temperature and the spectra were recorded in the range 200–800 nm.

5). TEM and ED measurements
A drop of well-sonicated solution containing the nanoparticles was deposited onto a 400 mesh Cu grids with supporting carbon film. (Electron Microscopy Sciences, PA). The samples were allowed to dry at room temperature overnight. A JEOL 100CX electron microscope operated at 100 KV was used to obtain the TEM images and ED spectra.

6). Energy dispersive X-ray spectroscopy (EDS)
EDS is an analytical technique used for the elemental analysis or chemical characterization of a sample. The chemical compositions of the ultrathin nanoparticle were determined by using a JEOL 5400LV equipped with Sigma Microanalyzer Level LPX1 Energy Dispersive X-ray Spectrometer (EDS).

Results and Discussion
When TiCl4 hydrolyzes in diluted sulfuric acid solution, because of the presence of a certain amount of hydrogen ions, the reaction rate may be slower than in pure water. The reaction process can be described as equation 1:

\[
\text{TiCl}_4 + \text{H}_2\text{O} + \text{H}_2\text{SO}_4 \rightarrow \text{TiO-SO}_4 + 4\text{HCl} \quad (1)
\]

Then the adding of concentrated NH3.H2O made the solution becoming white precipitate, and it could lead to the reaction (2):

\[
\text{TiO-SO}_4 + 2\text{NH}_3\text{H}_2\text{O}\rightarrow \text{H}_2\text{TiO}_3 \downarrow + (\text{NH}_4)_2\text{SO}_4 \quad (2)
\]

After the filtering, washing and heating, here is the decomposition of H2TiO3:

\[
\text{H}_2\text{TiO}_3 \rightarrow \text{TiO}_2 + \text{H}_2\text{O} \quad (3)
\]

Table 1 shows a summary of the sample’s preparation conditions. The anatase and rutile phases of the prepared samples can be sensitively identified by Raman spectroscopy based on their
Raman spectra. All Raman spectra were recorded at room temperature. Consequently, the presence of adsorbed water hindered the study of the hydroxyl groups from these analyses.

Figure 2 and 3 showed the comparison of the Raman spectra of the samples at different reaction conditions. Because of the wavelength range limitation of Raman system R-3000, there is no Raman bands at 144 and 197 cm$^{-1}$. But the anatase phase shows major Raman bands at 399, 515, 519 (superimposed with the 515 cm$^{-1}$ band), and 639 cm$^{-1}$. [37,38] So samples are in the anatase phase because only characteristic bands (399, 515, 519, and 638 cm$^{-1}$) due to anatase phase are observed. These bands can be attributed to the four Raman-active modes of anatase phase with the symmetries of $B_{1g}$, $E_g$, $E_g$, and $E_g$ respectively. Obviously, Raman spectra show that the titania sample is in the
anatase phase without rutile or brookite. The presence of sulfuric acid is quite effective in promoting the formation of the anatase phase. It can be seen that with the higher sulfuric acid concentration in the system, the higher crystallinity it is. At the same time, with the increase of calcinations temperature, the crystallinity increased. The higher water ratio also increased the crystallinity.

Figure 4 showed the UV-vis diffuse reflectance spectra of the titania samples calcinated at 400 and 600°C. This absorbance increase shifts to slightly higher wavelengths as the temperature of the powder thermal treatment increases. This phenomenon is more clearly evident by the evolution of the position of the maximum in the derivative of the UV spectra, which corresponds to the inflection point on the spectrum. For the anatase phase, the absorption band edge can be estimated to be around 530 nm, respectively. It clearly shows that titania has strong electronic absorption in the UV region.

When the samples prepared with sulfuric acid solution were calcinated at 400°C for 2 hours, with the increased sulfuric acid
content, the intensity of Raman patterns as well as ED patterns increased. In Figure 5, TEM image of sample 1, sample 2, sample 3 and sample 4 calcinated at 400 °C for 2 hours are reported. It showed that the morphology of the samples is close to sphere. The primary particle size of sample 1 is finer than the rest. It can be noted that the primary particle's size in sample 1 is between 6 and 9 nm and the secondary ones are less than 5 nm. After calcinated at 400 and 600 °C, most of the particles in the samples exhibit diameters in the range of 10 to 50 nm. With the increasing of hydrolysis temperature, the average size of the nanocrystals decreased. With an increase in water content, the average size of the nanocrystals decreased. The higher sulfuric acid content also decreased the particle size.

Figure 6 gave the electron diffraction (ED) pattern of some samples, the latter shows that the brightness and intensity of the polymorphic ring is weak, so the powder crystallized partially and was somewhat amorphous. For the samples that calcinated at 600 °C 2 hours, the ED patterns were brighter and the intensity of the polymorphic ring is strong. As it shown, the samples were crystallized completely. Figure 7 shows the diffraction rings of antase nanocrystals in details. The diffraction rings are indexed in table 2 which showed the corresponding selected area electron diffraction (SAED). It confirmed the presence of crystal structure TiO2 according to JCPDS, card No: 21–1272.

Table 3 shows the typical chemical composition of sample 1 after calcination at 400 °C 2 hours, obtained from the EDS. As we can see from table 3, in sample 1, except Ti and O, other elements

| Table 2. The Diffraction Rings Indexed according to JCPDS, card No: 21–1272. |
|------------------|---------|---------|---------|---------|
| Number | d     | h     | k     | l     |
| 1 | 3.520 | 0 | 1 | 0 | 1 |
| 2 | 2.431 | 0 | 1 | 0 | 3 |
| 3 | 2.378 | 0 | 0 | 0 | 4 |
| 4 | 2.332 | 1 | 1 | 2 |  |
| 5 | 1.892 | 2 | 0 | 0 |  |
| 6 | 1.699 | 1 | 0 | 5 |  |
| 7 | 1.666 | 2 | 1 | 1 |  |
| 8 | 1.493 | 2 | 1 | 3 |  |
| 9 | 1.480 | 2 | 0 | 4 |  |
| 10 | 1.364 | 1 | 1 | 6 |  |
| 11 | 1.337 | 2 | 2 | 0 |  |
| 12 | 1.279 | 1 | 0 | 7 |  |
| 13 | 1.264 | 2 | 1 | 5 |  |

| Table 3. EDS of Sample 1 after Calcination at 400 °C for 2 Hours. |
|------------------|---------|---------|---------|---------|
| Elt. | Line | Intensity (c/s) | Error 2-sig | Atomic % | Conc Units |
| O | Ka | 60.83 | 2.014 | 64.081 | 37.356 wt.% |
| Ti | Ka | 556.14 | 6.089 | 35.919 | 62.644 wt.% |
| | Total | 100,000 | 100,000 | 100.000 | wt.% |

Figure 6. ED images of the samples, (1) sample 1 calcinated at 400 °C, (2) sample 2 calcinated at 400 °C, (3) sample 1 calcinated at 600 °C, (4) sample 2 calcinated at 600 °C. doi:10.1371/journal.pone.0021082.g006

Figure 7. The diffraction rings of antase nanocrystals in details. doi:10.1371/journal.pone.0021082.g007
such as S, Cl and C are not detectable. So powders are pure TiO₂.
Other samples have the similar results.

Conclusions
In conclusion, we report that titania nanocrystals in anatase phase have been synthesized from hydrolysis of TiCl₄ with sulfuric acid solution. The presence of a certain amount of H₂SO₄ promotes occurrence of anatase phase and inhibits the anatase-rutile transformation even at 600°C. After the powders calcinated at 600°C for 2 hours, some samples became completely anatase. Both the calcinations temperature and hydrolysiss temperature have important effects on the primary particle size. The compositions of samples are pure anatase, without other elements. A new methodology is reported for preparing uniformly sized nanocrystals of the pure anatase phase that have a well-controlled particle size at controlled temperatures and compositions. The new process should have great potential in preparation of large amount of pure anatase nanocrystals.

Acknowledgments
We thank Dr. Lipun Zhang for her helpful discussion. We also thank reviewers whose valuable suggestion improved the quality of the manuscript.

Author Contributions
Conceived and designed the experiments: WL TZ. Performed the experiments: WL. Analyzed the data: WL TZ. Contributed reagents/materials/analysis tools: WL TZ. Wrote the paper: WL TZ.

References
1. Anpo M, Shima T, Kodama S, Kubokawa Y (1987) Photocatalytic hydrogenation of progynon with water on small-particle titanium: size quantization effects and reaction intermediates. J. Phys. Chem. 91: 4305.
2. Wang R, Hashimoto K, Fujishima A, Chikunoi M, Kojima E, et al. (1997) Nature Light-induced amphiphilic surfaces. Nature 388: 431.
3. Stathatos E, Lannos P, Del Moner F, Levy D, Tiourv D (1997) Formation of TiO₂ Nanoparticles in Reverse Micelles and Their Deposition as Thin Films on Glass Substrates. Langmuir 13: 4295.
4. Li Y, Fan Y, Chen Y (2002) A novel method for preparation of nanocrystalline rutile TiO₂ powders by liquid hydrolysis of TiCl₄, J. Mater. Chem. 12: 1307.
5. Fujishima A, Rao T, Tryck D (2000) Titanium dioxide photocatalysis, J. Photochem. Photobiol.C 1: 1.
6. Li W, Guo Y, Zhang P (2010) A General Strategy to Prepare TiO₂-core Gold-shell Nanoparticles as SERS-tags, J. Phys. Chem. C 114: 7263.
7. Mandelbaum PA, Regazzoni AE, Blesa MA, Ribes SA (1999) Photo-Electrooxidation of Alcohols on Titanium Dioxide Thin Film Electrodes. J. Phys. Chem. 103: 5305.
8. Henderson MA, White JM, Uetaoka H, Ooshi H (2003) Photochemical charge transfer and trapping at the interface between an organic adlayer and an oxide semiconductor. J. Am. Chem. Soc. 125: 19474.
9. Takeuchi M, Dohshi S, Eura T, Anpo M (2003) Preparation of Titanium-Silicon Binary Oxide Thin Film Photocatalysts by an Ionized Cluster Beam Deposition Method. Their Photocatalytic Activity and Photoinduced Super-Hydrophilicity. J. Phys. Chem. B. 107: 14278.
10. Li W, Gandria N, Ellis E, Courtney S, Li S, et al. (2009) A pH-Responsive, TiO₂-Attached Porphyrin for Single Oxygen Production in Aqueous Solution. ACS Appl. Mater. Interfaces: 1: 1778.
11. Park NG, Lagemaat VD, Frank AJ (2000) Comparison of Dye-Sensitized Rutile-TiO₂ Photocatalysts: Structure and Photoactivity. J. Phys. Chem. B. 104: 8989.
12. Zhang VH, Xiong GN, Yao N, Yang WN, Fu ZZ (2000) Preparation of titania-based catalysts for formaldehyde photocatalytic oxidation from TiCl₄ by the sol-gel method. Catalysis Today. 68: 89.
13. Immencio P, Brusatin G, Balsomme F (2000) Competitive Polymerization between Organic and Inorganic Networks in Hybrid Materials. Chem. Mater. 12: 3726.
14. Nagaseni K, Sivalingam G, Hegde MS, Madras G (2004) Solar photocatalytic degradation of dyes: high activity of combustion synthesized nano TiO₂, Appl. Catal. B 48: 83.
15. Li W, Gandria N, Courtney SN, Gao R (2009) Singlet Oxygen Production upon Two-Photon Excitation of TiO₂ in Chloroform. Chem. Phys. Chem. 10: 1799.
16. Zhang H, Finnegan M, Banfield, J F (2001) Preparing Single-Phase Nanocrystalline Anatase from Amorphous Titania with Particle Sizes Tailored by Temperature. Nano Lett 1: 81.
17. Kavan L, Grätzl M, Gilbert SE, Kleemey C, Scheel H (1996) Electrochemical and Photoelectrochemical Investigation of Single-Crystal Anatase. J. Am. Chem. Soc. 118: 6716.
18. Zhang QH, Gao L, Guo JK (1999) Preparation and characterization of nanosized TiO₂ powders from aqueous TiCl₄ solution Nanostruct. Mater. 11: 1293.
19. Vorontsov AV, Avlyonnikov AA, Savinov EN, Kurkin EN (2001) Correlation of TiO₂ photocatalytic activity and diffuse reflectance spectra. J. Photochem. Photobiol. A. 144: 193.
20. Zhang H, Banfield, J F (2000) Understanding Polymorphic Phase Transformation Behavior during Growth of Nanocrystalline Aggregates: Insights from TiO₂, J. Phys. Chem. B. 104: 3481.
21. Yanagisawa K, Overstone J (1999) Benzyl Alcohol and Titanium Tetrachloride A Versatile Reaction System for the Nonaqueous and Low-Temperature Preparation of Crystalline and Laminescence Titania Nanoparticles. J. Phys. Chem. B. 103: 7781.
22. Potter, A, Chaise C, Tronc E, Mazzarello L, Jolivet JP (2001) Crystallization of Anatase from Amorphous Titania Using the Hydrothermal Technique: Effects of Starting Material and Temperature. J. Mater. Chem. 11: 1116.
23. Wu M, Lin G, Chen D, Wang G, He D, et al. (2002) Synthesis of brokite TiO₂ nanorods by thermal decomposition of TiCl₄ in strongly acidic aqueous media. Mater. Chem. 14: 1974.
24. Davis M E (2002) Ordered porous materials for emerging applications. Nature 417: 113.
25. Inagaki S, Guan S, Ohuma T, Terasaki O (2002) An ordered mesoporous organosilica hybrid material with a crystal-like wall structure Nature 416: 304.
26. Hu S, Willey RJ, Notari B (2000) An investigation on the catalytic properties of amorphous titania, Mater. Chem. Phys 56: 1523.
27. Seifert G, Kohler T, Tronne R (2002) Stability of Metal Chalcogenide Nanotubes. J. Phys. Chem. B. 106: 2497.
28. Seo DS, Lee JK, Kim H (2001) Preparation of nanotube-shaped TiO₂ powder J. Cryst. Growth. 229: 428.
29. Roy S, Ghose J (2000) Synthesis of stable nanocrystalline cubic zirconia. Mater. Res. Bull. 35: 1193.
30. Parala H, Davi A, Bhakta R, Fisica, RA (2002) Synthesis of nano-scale TiO₂ particles by a nonhydrolytic approach. J. Mater. Chem. 12: 1625.
31. Serpone N, Lawless D, Khairutdinov R (1995) Size Effects on the Photophysical Properties of Colloidal Anatase TiO₂ Particles: Size Quantization versus Direct Transitions in This Indirect Semiconductor? J. Phys. Chem. 99: 16466.
32. Bessekhouad Y, Robert D, Weber Jv, Chaoou N (2004) Effect of alkaline-doped TiO₂ on photocatalytic efficiency. J. Photochem. Photobiol., A 167: 49.
33. Ollis DF, Pelizzetti E, Serpone N (1991) Photocatalyzed destruction of water contaminants. Catalysis Today. 9: 55.
34. Ding W, Meitner GD, Ilesia E (2002) The Effects of Slaenation of External Acid Sites on the Structure and Catalytic Behavior of Mo/H-ZSM5, J. Catal. 206: 14.
35. Sun J, Gao L, Zhang QS (2003) Synthesising and comparing the photocatalytic properties of high surface area rutile and anatase titania nanoparticles. J. Am. Ceram. Soc 86: 1677.
36. Yin H, Wu DA, Kittura T, Kamie S, Murasawa S, et al. (2001) Hydrothermal synthesis of nanosized anatase and rutile TiO₂ using amorphous phase TiO₂, J. Mater. Chem. 11: 1694.
37. Zeng T, Qin Y, Chen L, Song X (1998) Microstructure and phase evolution of TiO₂ precursors prepared by peptization-hydrolysis method using polycarboxylic acid as peptizing agent. Mater. Chem. Phys. 56: 163.
38. Tompsett GA, Bowmaker GA, Gooney RP, Metson JB, Rodgers KA, et al. (1995) The Raman spectrum of brokite, TiO₂ (Pbca, Z = 8). J. Raman Spectrosc. 26: 37.
39. Li Y, Lee MH, Huang DS, Song JS, Lee EG, et al. (2004) Synthesis and Characterization of Nano Titanium Powder with High Photoactivity for Gas-Phase Photo-oxidation of Benzene from TiO₂Cl₂ Aqueous Solution at Low Temperature. Langmuir. 20: 10838.
40. Park HK, Kinn DK, Kim CH (1997) Effect of solvent on titanium particle formation and morphology in thermal. J. Am. Ceram. Soc. 80: 743.
41. Moritz T, Reins J, Diener K, So D, Chemseddine A (1997) Nanocrystalline Crystalline TiO₂ through Growth Control and Stabilization of Intermediate Structural Building Units. J. Phys.Chem. B 101: 8952.
42. White JM, Sanyji J, Henderson MA (2003) The Photon-Driven Hydrophilicity of Titania: A Model Study Using TiO₂[110] and Adsorbed Trimethylacetate. J. Phys. Chem.B 107: 1092.